ANSI O5.1-2017

Wood Poles:
Specifications and Dimensions

AMERICAN NATIONAL STANDARD FOR WOOD UTILITY PRODUCTS
American Wood Protection Association (AWPA) is a non-profit organization that promulgates voluntary standards for technologies which protect wood from degradation. AWPA Standards are developed by its technical committees in an open, consensus-based process that involves individuals from all facets of wood preservation: Producers of preservatives and preservative components; producers of treated and untreated wood products; end users of treated wood; engineers, architects and building code officials; government entities, academia, and other groups with a general interest in wood preservation. AWPA's Standards are universally specified for wood protection in the USA, and are recognized worldwide. For more information visit the AWPA website at www.awpa.com.

ANSI O5.1-2017, Wood Poles: Specifications and Dimensions

is an American National Standard developed by ASC O5 – Wood Utility Products.
ANSI O5.1.2017

American National Standard for Wood Utility Products

Wood Poles:
Specifications and Dimensions

Secretariat
American Wood Protection Association, Inc.

Approved February 23, 2017
American National Standards Institute, Inc.
**Foreword**

This American National Standard establishes specifications and dimensions for wood utility poles that are to be given preservative treatment as specified by the purchaser. The poles described are considered as simple cantilever members subject to transverse loads only. Requirements for the preservative treatment of poles are not included although the effects of conditioning are accounted for.

This standard was developed by Accredited Standards Committee O5 – Wood Utility Products (ASC O5) under the procedural administration of the American Wood Protection Association (AWPA). ASC O5 was organized in December 1924 and has produced revisions of this standard from time to time as required or deemed beneficial. This standard supersedes American National Standard ANSI O5.1-2015.

Suggestions for improvement of this standard will be welcomed. They should be sent to ASC O5 through its Secretariat: American Wood Protection Association, P.O. Box 361784, Birmingham, AL 35236 <www.awpa.com>.

This standard was processed and approved for submittal to ANSI by ASC O5. Committee approval of this standard does not necessarily imply that all committee members voted for its approval. At the time it processed and approved this standard, ASC O5 had the following leadership and members:

Nelson. Bingel, ASC O5 Chair  
David. D’Hooge, ASC O5 Vice-Chair  
Colin McCown, ASC O5 Executive Secretary and Editor

<table>
<thead>
<tr>
<th>Organization Represented</th>
<th>Name of Representative</th>
</tr>
</thead>
<tbody>
<tr>
<td>A.W. Williams Inspection Company</td>
<td>Edward Williams, Jr.</td>
</tr>
<tr>
<td>Alabama Power Company</td>
<td>Alan Blankenship</td>
</tr>
<tr>
<td>Alamo Wood Products, LLC</td>
<td>Kris Pierce</td>
</tr>
</tbody>
</table>
| American Transmission Company | Justin Kavanaugh  
Bob Kluge (Alt.) |
| APA – The Engineered Wood Association | B.J. Yeh |
| Arch Wood Protection | Tim Carey  
Will Cox (Alt.) |
| Bell Lumber & Pole Company | Jim Fixsen  
Brett Franks (Alt.) |
| Brooks Manufacturing Company | Shannon Terrell  
Dwayne Carter (Alt.) |
| CenturyLink | Brian Penrose  
Mike Fargano (Alt.) |
| ComEd | David D’Hooge |
| Cox Industries | Jim Healey  
Byron Altman (Alt.) |
| Dis-Tran Overhead Solutions, LLC | Pat Bordelon  
Tony Loken (Alt.) |
| EDM International | Rob Nelson  
Andy Stewart (Alt.) |
| Hughes Brothers, Inc. | Larry Vandergriend |
| Intec Services, Inc. | Andy Kudick |
| Laminated Wood Systems, Inc. | Bob Reisdorff |
| Langdale Forest Products Company | Jim Hickman  
Eric Nall (Alt.) |
| McFarland Cascade, A Stella-Jones Co. | Kyle Cassidy  
Bob Baeppler (Alt.) |
| McIntyre Associates, Inc. | Craig McIntyre |
| Minnesota Power | Reed Rosandich |
| Mississippi State University | Mike Barnes |
| National Rural Electric Cooperatives Association | Jim Carter  
Nick Klein (Alt.) |

<table>
<thead>
<tr>
<th>Organization Represented</th>
<th>Name of Representative</th>
</tr>
</thead>
</table>
| North American Wood Pole Council | Martin Rollins  
(Alt.) |
| Oregon State University | Jeff Morrell |
| Osmose Utilities Services, Inc. | Nelson Bingel |
| Outside Plant Consulting Services, Inc. | Larry Slavin |
| Power Line Systems, Inc. | Otto Lynch  
Brando Grillon (Alt.) |
| Public Service New Mexico | Norm Sedillo |
| Rogers International Consulting, Inc. | J.R. Gonzalez  
Michael Marohn (Alt.) |
| Rural Utilities Service (USDA) | Wilson Johnson  
Norris Nicholson (Alt.) |
| Southern California Edison | Brian Flynn  
Michael Hansen (Alt.) |
| Southern Pressure Treaters Association | Joey Wheat  
Phil Myers (Alt.) |
| State University of New York | Bill Smith  
Bob Meyer (Alt.) |
| TB Consulting, LLC | Todd Brown |
| T.R. Milliken Company | Ron Cauley |
| Telcordia (Ericsson) | Trevor Bowmer |
| Texas Electric Cooperatives | Carlton Penney |
| Thomasson Company | Randy Deweese  
Brent Gray (Alt.) |
| Timber Products Inspection | Mike Dilbeck |
| University of Minnesota | Jerry Winandy |
| VPC Energy, Inc. | Art Paraita |
| Western Area Power Administration | Gerald Paulson  
Karen Rowe (Alt.) |
| Western Wood Preservers Institute | Robert West  
Dallin Brooks (Alt.) |
| Wood Preservation Canada | Henry Walther  
Craig Frohlich (Alt.) |
# Table of Contents

1 Scope & general requirements ...........................................................................................................................1
  1.1 Scope.........................................................................................................................................................1
  1.2 General requirements.................................................................................................................................1

2 Normative references ........................................................................................................................................1

3 Definitions .......................................................................................................................................................1

4 Pole classes.....................................................................................................................................................4

5 Material requirements ......................................................................................................................................4
  5.1 General .......................................................................................................................................................4
  5.1.1 Species & designated fiber strength values ..........................................................................................4
  5.1.2 Conditioning, seasoning, & treatment limitations ...............................................................................4
  5.1.2.1 Air seasoning ....................................................................................................................................4
  5.1.2.2 Boulton drying temperature ..........................................................................................................4
  5.1.2.3 Steam conditioning .........................................................................................................................4
  5.1.2.4 Kiln drying .....................................................................................................................................4
  5.1.2.5 Steaming (Douglas-fir & Western larch) .......................................................................................5
  5.1.2.6 Sterilization ......................................................................................................................................5
  5.1.3 Solvent recovery ...................................................................................................................................5
  5.1.4 Rate of growth .......................................................................................................................................5
  5.1.5 Through boring ...................................................................................................................................5
  5.2 Prohibited defects ......................................................................................................................................6
  5.3 Permitted defects ......................................................................................................................................6
    5.3.1 Firm red heart .....................................................................................................................................6
    5.3.2 Hollow pith centers ...........................................................................................................................6
    5.3.3 Sap stain .............................................................................................................................................6
    5.3.4 Scars ...................................................................................................................................................6
  5.4 Limited defects ..........................................................................................................................................6
    5.4.1 Bark inclusions .................................................................................................................................6
    5.4.2 Compression wood ............................................................................................................................6
    5.4.3 Dead streaks .......................................................................................................................................6
    5.4.4 Defective butts ..................................................................................................................................6
    5.4.5 Insect damage ...................................................................................................................................6
    5.4.6 Knot ..................................................................................................................................................6
    5.4.7 Scars (cat face) ................................................................................................................................7
    5.4.8 Shakes ...............................................................................................................................................7
    5.4.9 Shape ...............................................................................................................................................7
    5.4.10 Spiral grain .......................................................................................................................................7
    5.4.11 Spills & checks .................................................................................................................................8
      5.4.11.1 In the top ...................................................................................................................................8
      5.4.11.2 In the butt ................................................................................................................................8
    5.4.12 Shelling ..........................................................................................................................................8
    5.4.13 Cone holes ......................................................................................................................................8

6 Dimensions ....................................................................................................................................................8
  6.1 Length .........................................................................................................................................................8
  6.2 Circumference ..........................................................................................................................................8
    6.2.1 General ..............................................................................................................................................8
    6.2.2 Circumference ..................................................................................................................................8
  6.3 Classification ............................................................................................................................................8

7 Manufacturing requirements ..............................................................................................................................9
  7.1 Bark removal ..........................................................................................................................................9
  7.2 Sawing .....................................................................................................................................................9
Table 7M - Metric dimensions of Alaska yellow cedar poles (Fiber Strength 51.0 MPa)........................................ 22
Table 8 - Dimensions of Douglas-fir (both types) and Southern pine poles (Fiber Strength 8000 psi)............... 23
Table 8M - Metric dimensions of Douglas-fir (both types) and Southern pine poles (Fiber Strength 55.2 MPa)... 24
Table 9 - Dimensions of Western larch poles (Fiber Strength 8400 psi)............................................................ 25
Table 9M - Metric dimensions of Western larch poles (Fiber Strength 57.9 MPa) .................................................... 26
Table 10 - Dimensions of Scots pine (Scandanavian) poles (Fiber Strength 7800 psi)............................................. 27
Table 10M - Metric dimensions of Scots pine (Scandinavian) poles (Fiber Strength 53.8 MPa)......................... 28

Table A.1 - Douglas-fir Above-Ground Height Effect Factors for Use as Alternatives to Equation A.2............. 34
Table A.2 - Southern pine Above-Ground Height Effect Factors for Use as Alternatives to Equation A.2......... 34
Table A.3 - Western red cedar Above-Ground Height Effect Factors for Use as Alternatives to Equation A.2...... 34

Table C.1 - Groundline strength and stiffness values for new, green poles less than 50 feet (15.2m) long........ 39
Table C.2 - Groundline strength and stiffness values for new, green poles, 50 feet (15.2m) and longer, used in unguayed, single-pole structures only........................................................................................................ 40
Table C.3 - Groundline strength and stiffness values for new, green poles, 50 feet (15.2m) and longer, used in structures other than unguayed single-pole structures ................................................................................. 40
Table C.4 - Correction factors for pole strength and stiffness (k1 factors for Equations 2 and 3)................. 41
Table C.5 - Height-effect correction factors for MOR......................................................................................... 41
American National Standard for Wood Utility Products –

Wood Poles: Specifications & Dimensions

1 Scope & general requirements

1.1 Scope
This standard provides minimum specifications for the quality and dimensions of wood poles that are to be used as single-pole utility structures. The poles described herein are considered as simple cantilever members subject to transverse loads only. Fiber strength values, provided as a basis for determining pole class sizes, apply only to poles that meet or exceed the minimum quality specifications.

Requirements for the preservative treatment of poles are outside the scope of this standard. However, where such treatment or conditioning may affect strength, limitations are provided in section 5.1.2. [Also see standards such as those published by American Wood Protection Association (AWPA) and ASTM International (ASTM)].

1.2 General requirements
The species, the length, and class of poles; the type of treatment (including seasoning details, if seasoning is desired); aids to penetration such as incising, groundline boring, or kerfing; and complete details for roofing, gaining, boring, and branding not included in this standard shall be given in purchase orders.

Complete detailed instructions shall be given to the supplier whenever the requirements of this standard are modified to meet special conditions.

2 Normative references
The standards listed below contain provisions which, through reference in this text, constitute provisions of this American National Standard. At the time of publication, the editions indicated were valid. All standards are subject to revision; therefore users of this standard are encouraged to investigate the possibility of applying the most recent editions of the standards.

ASC C2-2007, National electrical safety code.1

AWPA Standard M6-07, Brands used on forest products.2

ASTM D9-05, Standard terminology relating to wood.3


3 Definitions
The following definitions shall apply to the terms used in this standard. Photographs depicting many of these terms may be found in Technical Report O5-TR-01, the Photographic Manual of Wood Pole Characteristics, which is based on this Standard.

---

1 Available from www.ieee.org
2 Available from www.awpa.com
3 Available from www.astm.org